This is an Accepted Manuscript, which has been through the Royal Society of Chemistry peer review process and has been accepted for publication.

Accepted Manuscripts are published online shortly after acceptance, before technical editing, formatting and proof reading. Using this free service, authors can make their results available to the community, in citable form, before we publish the edited article. We will replace this Accepted Manuscript with the edited and formatted Advance Article as soon as it is available.

You can find more information about Accepted Manuscripts in the Information for Authors.

Please note that technical editing may introduce minor changes to the text and/or graphics, which may alter content. The journal’s standard Terms & Conditions and the Ethical guidelines still apply. In no event shall the Royal Society of Chemistry be held responsible for any errors or omissions in this Accepted Manuscript or any consequences arising from the use of any information it contains.
Mechanically reinforced phosphoric acid doped quaternized poly (ether ether ketone) membranes via cross-linking with functionalized graphene oxide

Na Zhang, Baolong Wang, Yurong Zhang, Fanze Bu, Ying Cui, Xuefeng Li, Chengji Zhao* and Hui Na*

Received (in XXX, XXX) Xth XXXXXXXXX 20XX, Accepted Xth XXXXXXXXX 20XX
DOI: 10.1039/b000000x

Functionalized graphene oxide (FGO) reinforced quaternized poly(ether ether ketone) membranes were prepared for high temperature proton exchange membrane. The introduction of FGO significantly improved the mechanical strength and oxidative stability of these membranes at a high doping level. These reinforced membranes showed high tensile strength up to 40 MPa and high proton conductivity up to 58 mS cm\(^{-1}\) at 200°C.

Fuel cells (FCs), which can convert chemical energy into electric energy directly without releasing toxic substances, are attracting more and more attention around the world because of environmental pollution and energy shortage \([1]\). Proton exchange membrane fuel cell (PEMFC), which is mainly composed of cathode, anode and proton exchange membrane (PEM), is one kind of fuel cells. PEM is the core of the PEMFC. At present, commercial PEMs are perfluorosulfonic membranes represented by Nafion series. Nafion possesses excellent chemical, dimensional stability and high proton conductivities when hydrated at low temperatures (<80 °C). However, when the temperature is higher than 80 °C, tensile strength and dimensional stability of Nafion become very bad, which leads to its uselessness \([2]\). There are many advantages for PEMFC operating at high temperature (Here, the high temperature usually is 100-200 °C), including enhanced electrochemical kinetics, simplified water and heat management, utilization of non-platinum catalyst and higher CO-rich reformed hydrogen \([3]\). The PEM used for high temperature proton exchange membrane fuel cell (HTPEMFC) has been a hot research point in the field of FCs.

At present, the most widely studied HTPEM is phosphoric acid (PA) doped polybenzimidazole (PBI) membrane \([4]\). PBI possesses high thermal stability and tensile strength because of intermolecular hydrogen bonds. Alternative material of HTPEM is aromatic poly(ether ketone/sulfone) bearing polar functional groups or N-heterocycle on main-chain or side-chain. The aromatic poly(ether ketone/sulfone) also has excellent thermal stability and is relatively cheap. And the PA doping level can be controlled by the amount of polar functional groups. So far, there have been many researches about aromatic poly(ether ketone/sulfone) used as HTPEMs \([5]\). For example, Kallitsis’ group prepared a series of aromatic polyether containing pyridine units on the main-chain for high temperature fuel cell application \([6]\).

In recent years, graphene oxide (GO) and functionalized graphene oxide (FGO) as inorganic fillers in polymer composites have attracted more and more attention. Because the surface of GO is covered with hydroxyl, epoxy and carboxyl groups, which could form hydrogen-bond channels for proton conduction. The proton conductivity of GO is up to 10\(^{-4}\) S cm\(^{-1}\) \([7]\). Furthermore, Tateishi et al. prepared a graphene oxide fuel cell with GO paper as the electrolyte \([8]\). Ravikumar et al. prepared sulfonated graphene oxide paper as a new polymer electrolyte for fuel cell \([9]\).

The GO or FGO as inorganic fillers showed excellent performance in field of low and high temperature PEM. Lin et al. prepared GO-laminated Nafion 115 membrane for direct methanol fuel cell, the GO-laminated Nafion membrane showed lower methanol permeability and better cell performance compared with Nafion 115 membrane \([10]\). He et al. studied the various size GO and sulfonated polyimide (SPI) composite membranes. They found that the incorporation of GO improved mechanical properties and proton conductivity while reducing methanol permeability \([11]\). Xu et al. prepared PBI/GO and PBI/sulfonated GO composite membranes used as PA doped HTPEM. The SGO/PBI/PA exhibited a proton conductivity of 0.052 S cm\(^{-1}\), which was higher than those of GO/PBI/PA (0.027 S cm\(^{-1}\)) and PBI/PA (0.023 S cm\(^{-1}\)) membranes \([12]\).

Here, quaternized poly(ether ether ketone) (QPEEK) was prepared to be doped with phosphoric acid, using as a HTPEM. However, the PA doped QPEEK membrane was excessively swollen at high doping levels and tensile strength was too low to keep membrane integrity. Therefore, we proposed to introduce GO into QPEEK membrane to improve tensile strength, because GO could form hydrogen-bond network structure in membrane, which not only could improve the tensile strength but also provide the sites for proton conduction. However, it is well known that GO has a much poor dispersion in organic solvent, making it difficult to achieve a well-dispersed composite membrane. In order to improve the compatibility of GO and QPEEK, p-aminobenzene sulfonic acid was introduced into GO to obtain functionalized GO (FGO) by the reaction between epoxy group of GO and the amine group of p-aminobenzene...
Many researchers have tried to improve dispersion by grafting organic groups and received good results \[\text{13,15}\]. Here, the FGO has a good dispersion in dimethyl sulphoxide and sulfonic acids of FGO can react with imidazolium groups of QPEEK forming ionic bond. Therefore, FGO has an excellent compatibility with QPEEK. As shown in Figure S2, FGO in the QPEEK-5%FGO membrane is well-distributed. However, the QPEEK-5%GO membrane shows a rough and phase-separated appearance. And the cross-sectional SEM morphologies also prove that the compatibility between FGO and QPEEK is great, as shown in Figure 1d, e. In the cross-sectional image of QPEEK-5%GO, it can be seen that there are many lamellar projections, which is contributed to the lamellar GO. On the contrary, QPEEK-5%FGO membrane has a flat and uniform morphology.

For the PA doped proton exchange membrane, PA acts as both donor and accepter of protons, and thus building the hydrogen bond network for proton conduction. Therefore, the PA doping level is an important factor for proton conductivity. The pristine PA-QPEEK membrane without GO or FGO was excessively swollen and the swelling ratio was not able to be tested. The PA-QPEEK-x%GO and PA-QPEEK-x%FGO membranes are shown in Table 1. As shown in Figure 2, the $W_{\text{doping}}$, $V_{\text{swelling}}$ and proton conductivities of PA-QPEEK-x%GO and PA-QPEEK-x%FGO membranes show a decreasing tendency with the increasing of GO or FGO. This is mainly because the PA absorbing ability of GO and FGO is far lower than that of QPEEK. The PA-QPEEK-x%GO membranes have higher $W_{\text{doping}}$, $V_{\text{swelling}}$ and proton conductivities than those of PA-QPEEK-x%FGO membranes, which should be attributed to the different chemical structure of GO and FGO. There are many oxygen-containing groups on the surfaces of GO. In PA-QPEEK-x%GO membranes, the oxygen-containing groups are beneficial to form...
hydrogen bonds with PA and act as sites for proton conduction. Therefore, besides PA-QPEEK-10%GO, the proton conductivities of PA-QPEEK-x%GO membranes increase with the addition amount of GO, although the $W_{\text{doping}}$ shows a slightly decreasing. The highest proton conductivity is 74.9 mS cm$^{-1}$ at 200 °C for PA-QPEEK-7%GO. For the FGO, on one side, part of epoxy groups react with p-aminobenzene sulfonic acids, which results in steric hindrance for PA to approach other oxygen-containing groups. On the other side, the sulfonic acids on the FGO react with imidazolium groups, thus forming a cross-linking network structure. These two factors lead PA-QPEEK-x%FGO to have lower $W_{\text{doping}}$ and proton conductivity than PA-QPEEK-x%GO and show decreasing proton conductivity with the introduction of FGO. However, the proton conductivities of PA-QPEEK-x%FGO membranes are still higher than that of SGO/PBI/PA membrane, 0.052 S cm$^{-1}$ [12]. Meanwhile, the proton conductivities of PA-QPEEK-x%FGO were comparable to those of acid-doped phenylindane-PBI membrane prepared by Benicewicz et al. [16]. Therefore, both PA-QPEEK-x%GO and PA-QPEEK-x%FGO have relatively high proton conductivity.

Table 1 The $W_{\text{doping}}$, $V_{\text{swelling}}$, oxidative stability and proton conductivities of PA-QPEEK-x%GO and PA-QPEEK-x%FGO membranes.

<table>
<thead>
<tr>
<th>Sample</th>
<th>$W_{\text{doping}}$ (wt%)</th>
<th>$V_{\text{swelling}}$ (%)</th>
<th>Oxidative stability (h mm$^{-1}$)</th>
<th>Proton conductivity ($\mu$S cm$^{-1}$) at 140 °C</th>
<th>Proton conductivity ($\mu$S cm$^{-1}$) at 200 °C</th>
</tr>
</thead>
<tbody>
<tr>
<td>PA-QPEEK</td>
<td>-a</td>
<td>-a</td>
<td>-a</td>
<td>-a</td>
<td>-a</td>
</tr>
<tr>
<td>PA-QPEEK-3%GO</td>
<td>213</td>
<td>114</td>
<td>85.0</td>
<td>40.9</td>
<td>64.0</td>
</tr>
<tr>
<td>PA-QPEEK-5%GO</td>
<td>197</td>
<td>109</td>
<td>109.0</td>
<td>42.7</td>
<td>67.4</td>
</tr>
<tr>
<td>PA-QPEEK-7%GO</td>
<td>193</td>
<td>101</td>
<td>113.0</td>
<td>45.1</td>
<td>74.9</td>
</tr>
<tr>
<td>PA-QPEEK-10%GO</td>
<td>126</td>
<td>69</td>
<td>124.1</td>
<td>34.7</td>
<td>57.2</td>
</tr>
<tr>
<td>PA-QPEEK-3%FGO</td>
<td>189</td>
<td>96</td>
<td>98.6</td>
<td>35.7</td>
<td>58.0</td>
</tr>
<tr>
<td>PA-QPEEK-5%FGO</td>
<td>175</td>
<td>81</td>
<td>111.1</td>
<td>31.8</td>
<td>54.5</td>
</tr>
<tr>
<td>PA-QPEEK-7%FGO</td>
<td>154</td>
<td>74</td>
<td>126.1</td>
<td>28.7</td>
<td>54.1</td>
</tr>
<tr>
<td>PA-QPEEK-10%FGO</td>
<td>109</td>
<td>59</td>
<td>169.2</td>
<td>26.0</td>
<td>52.5</td>
</tr>
</tbody>
</table>

The membrane had excess swelling and could not be tested.

In summary, the PA-QPEEK-x%GO and PA-QPEEK-x%FGO used as HTPEMs were prepared successfully. FGO had a better dispersion in organic solvent than GO because of the introduction of organic groups. Meanwhile, the sulfonic acids of FGO reacted with imidazolium groups of QPEEK to form a cross-linking network structure. Therefore, FGO had a better compatibility with QPEEK than GO. After being doped with PA, both PA-QPEEK-x%GO and PA-QPEEK-x%FGO had excellent dimensional stability. Although the PA-QPEEK-x%FGO had slightly lower proton conductivity than PA-QPEEK-x%GO, the proton conductivity was still higher than that of reported work. The highest tensile strength is up to 40 MPa for PA-QPEEK-10%FGO, which was higher than that of PBI-PA membrane [19].
problem of deterioration in mechanical strength at a high doping level.

The authors acknowledge the financial support from the Natural Science Foundation of China (No. 21104022 & 21374034) and Science and Technology Development Plan of Jilin Province (Grant No. 20130522138JH).

Notes and references

* Corresponding authors

Alan G. MacDiarmid Institute, College of Chemistry, Jilin University, Changchun 130012, P. R. China. Fax: +86-431-85168870; Tel: +86-431-85168870; E-mail: zhaochengji@jlu.edu.cn; huina@jlu.edu.cn.


